Comprehensive study of changes in the optical, structural and strength properties of ZrO₂ ceramics as a result of phase transformations caused by irradiation with heavy ions

M. Alin¹, A. L. Kozlovskiy¹,²,*, M. V. Zdorovets¹,²,³, and V. V. Uglov⁴

¹L.N. Gumilyov Eurasian National University, Nur-Sultan, Kazakhstan
²The Institute of Nuclear Physics of Republic of Kazakhstan, Almaty, Kazakhstan
³Ural Federal University, Yekaterinburg, Russia
⁴Belarusian State University, Minsk, Belarus

Received: 30 April 2021
Accepted: 31 May 2021
Published online: 4 June 2021

© The Author(s), under exclusive licence to Springer Science+Business Media, LLC, part of Springer Nature 2021

ABSTRACT

This work is devoted to the study of the effect of irradiation with Kr¹⁵⁺ and Xe²³⁺ heavy ions with energies of 147 and 220 MeV, respectively, on the change in the optical, structural and strength properties of ceramics ZrO₂. Polycrystalline ZrO₂ ceramics with a tetragonal type of crystal structure, which are highly resistant to external influences, mechanical strength to cracking, and hardness were chosen as the object of research. The choice of heavy ions Kr¹⁵⁺ and Xe²³⁺ is due to the possibility of simulating the effect of nuclear fission fragments in an atomic reactor, and the choice of irradiation doses of 1 × 10¹³–1 × 10¹⁴ ion/cm² is due to the possibility of simulating the effects of overlapping defect regions arising along the trajectory of ions in the material. Using the X-ray diffraction method, it was found that in the case of irradiation with heavy ions, an increase in the radiation dose leads to phase transformations of the tetragonal type of the crystal lattice into a cubic one. In this case, for the samples irradiated with Xe²³⁺ ions at an irradiation dose of 1 × 10¹⁴ ion/cm², an almost complete phase transformation is observed. Dependences of changes in strength and optical characteristics on the type of irradiation and dose load have been established.
1 Introduction

Today, among Al₂O₃, SiO₂, BeO, MgO, ThO₂ oxide ceramics, ZrO₂ ceramics are of particular interest, which have higher mechanical and strength characteristics, excellent optical properties and resistance to various external influences, including radiation damage [1–5]. Due to these properties, ZrO₂ ceramics are one of the promising materials for inert nuclear fuel matrices, radioactive waste storage, and structural materials [6, 7]. At the same time, in the case of using ZrO₂ ceramics as structural materials, special attention should be paid to phase polymorphic transformations in ceramics, since it is known that ZrO₂ has several phases that are capable of turning into one another as a result of external influences [8–10]. As a rule, the processes of phase transformation into ZrO₂ occur as a result of temperature heating or mechanical action, followed by the formation of solid solutions. At the same time, in some cases of practical application polymorphic transformations are used for so-called transformational hardening caused by stabilization of high-temperature phases [11, 12]. The result of this process is a significant increase in the strength and fracture toughness of ceramics, which makes these materials promising in the field of mechanical engineering and reactor engineering.

Characteristics of resistance to radiation damage and stability of structural and mechanical properties during long exposure time play an important role in practical application of oxide ceramics as structural materials [13–15]. At the same time, all studies of radiation damage can be divided into three groups, according to the type of ionizing radiation: (1) studying the processes of helium and hydrogen swelling as a result of irradiation with large doses of helium or protons; (2) ion implantation and modification; (3) study of mechanisms of damages and deformations, as well as processes of cracking when irradiated with heavy ions. Among these areas, special attention is paid to the third group of studies, which not only allow obtaining new fundamental data on the nature of radiation damage, but also with high accuracy allow simulating the conditions of radiation exposure in an atomic reactor during the formation of uranium fission fragments [16–20].

Based on the foregoing, the main goal of this work is to study the processes of radiation damage arising from irradiation with Kr¹⁵⁺ and Xe²³⁺ heavy ions with energies of 147 and 220 MeV, respectively, as well as to study the kinetics of polymorphic transformations in ZrO₂ ceramics as a result of irradiation. The relevance of this study lies not only in obtaining new experimental data, but also in assessing the radiation resistance of ZrO₂ ceramics to radiation comparable to fission fragments. At the same time, the choice of radiation doses 1 × 10¹³–1 × 10¹⁴ ion/cm² is due to the possibility of simulating the effect of overlapping defective areas during irradiation, which significantly change the kinetics of radiation damage. Considerable attention is paid to the study of changes in optical properties, which characterize changes in the optical and electron density of ceramics under irradiation. The choice of ZrO₂ ceramic type as an object of study is due to its great potential for use as a basis for structural materials operating at high temperatures, as well as a high radiation background. The use of ZrO₂ ceramics as a basis for structural materials is due to their high thermal conductivity and melting point, as well as their good resistance to external influences. However, despite all the prospects for using these types of ceramics, there are still many questions regarding the radiation resistance of ceramics and the mechanisms of defect formation.

2 Experimental part

The objects under study were ZrO₂ polycrystalline ceramics manufactured by Dongguan Mingrui Ceramic Tech. Co. Ltd. (Dongguan city, Guangdong, China).

Irradiation with heavy ions Kr¹⁵⁺ and Xe²³⁺ with energies of 147 and 220 MeV, respectively, was carried out at a DC-60 heavy ion accelerator (Nur-Sultan, Kazakhstan). The irradiation doses were 1 × 10¹³, 5 × 10¹³, 1 × 10¹⁴ ion/cm². Irradiation was carried out in vacuum at room temperature. The samples were placed on water-cooled targets in order to prevent overheating of the samples and partial annealing of defects as a result of heating.

According to the calculated ionization loss data obtained using the SRIM Pro 2013 program code [21], the maximum ion path length in ZrO₂ ceramics with a density of 6.15–6.17 g/cm³ is 11.8 ± 0.5 μm and 12.3 ± 0.5 μm for Kr¹⁵⁺ and Xe²³⁺ ions with energies of 147 and 220 MeV, respectively. The energy losses for Kr¹⁵⁺ ions upon collisions with electron shells are 17,200 keV/μm, with nuclei 43.9 keV/μm,
96.5% of the energy is spent on ionization processes, the number of vacancies formed by one ion when passing through the material is 29800 ± 200 vacancies/ion. The energy losses for Xe$^{23+}$ ions upon collisions with electron shells are 27,100 keV/µm, with nuclei 98.3 keV/µm. 97.3% of the energy is spent on ionization processes, the number of vacancies formed by one ion when passing through the material is 54600 ± 200 vacancies/ion. As can be seen from the data presented, an increase in the ion energy and mass leads to a slight increase in the ion range in the material; however, the energy transfer to the nuclear and electronic subsystem during the interaction of Xe$^{23+}$ ions with the crystal structure is almost 1.5–2 times higher than the analogous values for Kr$^{15+}$ ions.

Nondestructive control of changes in structural characteristics, as well as assessment of phase transformations were carried out using the X-ray diffraction method. This method of analysis was carried out using a D8 Advance Eco powder diffractometer (Bruker, Germany). The X-ray diffraction patterns were recorded in the Bragg–Brentano geometry, in the angular range 2\( \theta \) = 20–90°, with a step of 0.03° and a spectrum acquisition time at a point of 1 s. Decoding of diffractograms, as well as determination of the phase composition and structural parameters was carried out using the DiffracEVA v.4.2 program code, which is based on a full-profile analysis of diffractograms. The lattice parameters were calculated based on the diffraction maxima position and their displacement from the reference values using the Nelson–Taylor method. Refinement was carried out for the most intense peaks. The determination and subsequent refinement of the phase composition was carried out according to the standard method of phase selection based on the values of interplanar distances, intensities, and positions of diffraction maxima for reference values from the PDF-2 database. The crystallinity degree of the studied samples of ceramic was estimated by analyzing the profiles of diffraction peaks and comparing them with background radiation.

The optical properties of the ceramics before and after irradiation were evaluated by analyzing the UV-Vis spectra obtained using a Specord-250 UV spectrophotometer (Jena Analytic, Germany). The spectra were recorded in the wavelength range from 350 to 800 nm with a step of 0.1 nm and a spectrum acquisition rate of 1 nm/s.

The study of the morphological features of changes in the surface of the samples as a result of changes in the environmental conditions was carried out using the method of atomic force microscopy, implemented using an atomic force microscope AIST-NT SPM microscope (Chernogolovka, Russia).

Determination of the microhardness of the ceramic surface and its changes as a result of dose loads was carried out using the standard method for determining the hardness by the Vickers method using a microhardness tester. The ceramic hardness value was determined according to the standard procedure for analyzing the indentation of the indenter on the sample, by measuring its geometric parameters with subsequent recalculation according to the standard Vickers method.

### 3 Results and discussion

Figure 1 shows the data on changes in the X-ray diffraction patterns of the studied ceramics, obtained using the method of X-ray phase analysis. The general view of the X-ray diffraction patterns of the initial samples indicates a polycrystalline structure of ceramics, with a distinguished direction of grain orientation (011)/(111), which is characteristic of the tetragonal or cubic type of crystal structures. Using the Rietveld method based on the approximation of diffraction lines and estimates of the contributions of different phases, it was found that the structure of the initial ceramics is a mixture of two phases characteristic of the tetragonal and cubic ZrO$_2$ phases. The comparison of the obtained phase data with the reference values was carried out by selecting the most suitable card values for the position of the diffraction lines, as well as evaluating the shape of the diffraction reflections. As a result of this analysis, it was found that the dominant phase in the structure is the tetragonal phase of ZrO$_2$, corresponding to the card data PDF-00-050-1089 (the probability of coincidence is more than 90%). The contribution of this phase was more than 80%. The second phase, which was determined by changing the shape of diffraction reflections and their distortion, was the cubic phase of ZrO$_2$, corresponding to the card values PDF-01-071-4810 (the probability of coincidence is more than 70%). This phase composition may be due to synthesis processes that are associated with thermal
sintering and subsequent processes of the formation of substitutional or interstitial solid solutions.

Also, the analysis of the shape of the diffraction lines and their comparison with the background radiation made it possible to establish that in the initial state the degree of perfection of the crystal structure is more than 95%, which indicates a high degree of ordering and a low content of the defective fraction, the presence of which may be due to the processes of obtaining ceramics.

For irradiated samples, changes in diffraction patterns are primarily associated with a slight decrease in the intensity of reflections, which indicates a change in the degree of perfection and in the sizes of coherent scattering regions (crystallite sizes). In this case, some of the diffraction lines disappear, and the main lines are shifted to positions characteristic of the positions of the peaks characteristic of the cubic phase. Figure 2 shows the most pronounced changes in the shape of diffraction reflections, indicating a phase transformation and displacement of the tetragonal phase. As can be seen from the presented data, in the case of irradiation with Kr$^{15+}$ ions at an irradiation dose of $1 \times 10^{13}$ ion/cm$^2$, a sharp decrease in the intensity of the (110) reflection is observed, and a further increase in the irradiation dose leads to its complete dissolution in the background radiation. At the same time, the intensity of the (002)/(220) reflection, which is characteristic of both tetragonal (002) and cubic (220) phases,
practically does not change with an increase in dose, and the position shifts to the region of angles characteristic of the positions of the cubic phase reflections. A similar picture, but with more pronounced changes and rearrangements of the structure, is also observed for samples irradiated with Xe$^{22+}$ ions, for which the disappearance of the (110) reflection, characteristic only of the tetragonal phase, is observed already after an irradiation dose of $1 \times 10^{13}$ ion/cm$^2$.

Based on the change in the shape and intensity of the diffraction peaks (002) and (110) using formula (1) [22], the shape factor ($M$) was determined, which allows determining the type of texture, as well as the shape of the grains and the change in their orientation depending on the type of external effects.

$$M = \frac{I_{002}}{I_{002} + 2I_{110}}$$

where $I_{002}$, $I_{110}$ are the intensities of diffraction reflections. In the case when $M = 0$, the block texture prevails in the structure; when $M = 1$, the texture is lamellar. Figure 3 shows the results of calculating the form factor depending on the type of external effects.

In the initial state, the shape of the grains is of a mixed type (blocks and plates). Irradiation, which initiates the processes of phase transformations as a result of the interaction of ions with the crystal structure, leads to a change in the shape of grains and the predominance of a plate-like shape in the structure of ceramics. At the same time, under irradiation with xenon ions, the change in shape is more pronounced than in the case of irradiation with krypton ions.

Figure 4 shows the results of changes in the phase composition of the studied ceramics as a result of irradiation with various types of ions, which demonstrate the processes of phase transformations depending on the radiation dose. In the initial state, as mentioned earlier, the ceramics under study are a mixture of two phases: the dominant tetragonal (t-ZrO$_2$) and cubic (c-ZrO$_2$). This mixture is characteristic of the types of ceramics obtained by sintering at high temperatures. However, according to the literature, it is known that ZrO$_2$ ceramics have the most pronounced polymorphism properties of all types of oxide ceramics, which directly depend on the parameters of external effects, such as heating, compression or irradiation. At the same time full polymorphic transformation of t-ZrO$_2$ → c-ZrO$_2$ happens.
only at very high temperatures (2000–2300 °C) or in
the presence of dopants, such as oxide of yttrium or
aluminum. As can be seen from the data presented,
irradiation leads to the initialization of polymorphic
transformation processes, and depending on the type
of particles and radiation doses, the rate of these
processes varies. As is known, the processes of
distortion ZrO2 → c-ZrO2 occur
either as a result of external mechanical influences or
at high temperatures. In the case of irradiation when
an ion passes through a material, the energy loss of
the ions is primarily due to the processes of elastic
and inelastic collisions with electron shells and
nuclei. The result of such interactions is the transfer
of a large amount of energy to the crystalline sub-
system, which is converted from kinetic energy to
thermal energy. At the same time, unlike metals, the
presence of energy barriers in ceramics between rows
of ordered atoms leads to the fact that all changes
occur in a small volume limited by these barriers. As
a result, local regions of overheating arise, which,
according to the theory of radiation damage based on
the model of thermal bursts [21–24], have dimensions
of the order of several tens of nanometers, the tem-
perature in which can be several thousand degrees.
In the case of irradiation with large doses, there is an
effect of overlapping defective regions called “latent
tracks” of ions, the dimensions of which vary from
several nanometers to 20–30 nm depending on the
type and energy of the incident ions. At the same
time, the structural changes caused by irradiation no
longer become isolated, as in the case of low doses,
but have a volumetric character, which leads to an
increase in the rate of polymorphism processes. Thus,
from graphs in Fig. 4, it can be seen that in the case of
irradiation with Kr15+ ions, the process of polymor-
phic transformation t-ZrO2 → c-ZrO2 with an
increase in the irradiation dose leads to insignificant
changes, and the formation of a mixture of two
phases with approximately equal content of both at
an irradiation dose of 1 × 1014 ion/cm². At the same
time, for samples irradiated with Xe22+ ions, irrad-
iation at doses of 5 × 1013–1 × 1014 ion/cm² leads to
almost complete polymorphic transformation
t-ZrO2 → c-ZrO2.

Thus, it can be concluded that irradiation with
Xe22+ ions, which have a much larger size, and,
therefore, large energy losses, as well as the size of
defect regions when overlapping, at irradiation doses
of 1 × 1014 ion/cm² leads to a complete polymorphic
transformation t-ZrO2 → c-ZrO2.

Based on the obtained diffraction patterns, the
structural parameters of the crystal lattice of the
studied ceramics were evaluated, as well as the
change in its volume as a result of irradiation and
distortion processes. The evaluation results obtained by determining the provisions
of diffraction maxima and their relationship with the
reference values of the database with further refine-
ment using the full-profile analysis method are pre-
sent in Tables 1 and 2.

As can be seen from the presented data, the main
changes of crystal lattice parameters for both phases
are related to its distortion and volume increase,
which indicates deformation processes of swelling
duced by radiation. Moreover, for ceramics
irradiated with Xe$^{22+}$ ions, the deformation processes of the crystal lattice are more pronounced, which is associated with large energy losses of ions and more transferred energy to the sublattice, which can cause additional distortion of interplane distances.

As is known, according to the theory of radiation-induced grain size change involving processes of growth or crushing as a result of irradiation, grain size change is directly related to energy losses of incident ions, as well as the amount of energy transferred to the crystal lattice. According to the model of thermal peaks, the transmitted energy of the incident particles is able to form cascade effects causing local heating of the irradiated area along the trajectory of ion movement, thereby inducing not only the processes of defect formation, their annihilation, but also having a significant effect on grain mobility, their fragmentation or recrystallization.

### Table 1 Data on changes in structural parameters of ZrO$_2$ ceramics irradiated with Kr$^{15+}$ ions

| Impact type | Parameter | Pristine | $1 \times 10^{13}$ ion/cm$^2$ | $5 \times 10^{13}$ ion/cm$^2$ | $1 \times 10^{14}$ ion/cm$^2$ |
|-------------|-----------|----------|-----------------|-----------------|-----------------|
|             | Lattice parameter, Å |          |                 |                 |                 |
| Cubic, Fm-3 m (225) | a = 5.0912 ± 0.0013 | a = 5.0932 ± 0.0011 | a = 5.0973 ± 0.0016 | a = 5.0993 ± 0.0015 |
| Tetragonal P42/nmc (137) | a = 3.5624 ± 0.0014 | a = 3.5681 ± 0.0014 | a = 3.5709 ± 0.0017 | a = 3.5799 ± 0.0014 |
|             | c = 5.1045 ± 0.0015 | c = 5.1168 ± 0.0011 | c = 5.1193 ± 0.0021 | c = 5.1153 ± 0.0023 |
|             | Lattice volume, Å$^3$ |          |                 |                 |                 |
| Cubic, Fm-3 m (225) | 131.97 | 132.12 | 132.44 | 132.6 |
| Tetragonal P42/nmc (137) | 64.78 | 65.14 | 65.23 | 65.56 |

### Table 2 Data on changes in the structural parameters of ZrO$_2$ ceramics irradiated with Xe$^{22+}$ ions

| Impact type | Parameter | Pristine | $1 \times 10^{13}$ ion/cm$^2$ | $5 \times 10^{13}$ ion/cm$^2$ | $1 \times 10^{14}$ ion/cm$^2$ |
|-------------|-----------|----------|-----------------|-----------------|-----------------|
|             | Lattice parameter, Å |          |                 |                 |                 |
| Cubic, Fm-3 m (225) | a = 5.0912 ± 0.0013 | a = 5.0950 ± 0.0021 | a = 5.0992 ± 0.0024 | a = 5.1009 ± 0.0019 |
| Tetragonal P42/nmc (137) | a = 3.5624 ± 0.0014 | a = 3.5709 ± 0.0021 | a = 3.5744 ± 0.0011 | – |
|             | c = 5.1045 ± 0.0015 | c = 5.1227 ± 0.0014 | c = 5.1177 ± 0.0016 | – |
|             | Lattice volume, Å$^3$ |          |                 |                 |                 |
| Cubic, Fm-3 m (225) | 131.97 | 132.26 | 132.58 | 132.73 |
| Tetragonal P42/nmc (137) | 64.78 | 65.32 | 65.69 | – |
caused by distortion and deformation of the crystal structure \([23–26]\). At the same time, the mobility of grains directly depends not only on the size of grains, but also on the number of radiation defects arising in the structure of ceramics. Figure 5a shows a graph of the grain mobility factor change \((K)\), which was estimated from the ratio: \((D^3-D_0^3) \approx K \Phi\), where \(D, D_0\) – grain sizes before and after radiation exposure, \(\Phi\) – radiation flux. As can be seen from the presented data, in the case of irradiation with a dose of \(1 \times 10^{13}\) ion/cm\(^2\), the mobility coefficient is quite large, with the greatest changes observed for samples irradiated with Xe\(^{22+}\) ions, for which the energy losses are rather large compared to similar values for Kr\(^{15+}\) ions. An increase in the irradiation dose and therefore an increase in the defect overlapping areas results in a sharp decrease in the grain mobility coefficient, which indicates an inhibition of grain crushing processes. Such a sharp drop in mobility can be due to both the processes of phase transformations resulting from irradiation and the change in grain shape. At the same time, an increase in the radiation dose leading to grain crushing leads to an increase in dislocation density \((\delta)\), since this value is inversely proportional to the square of the grain size value \(\delta \approx 1/D^2\) (see Data of Fig. 5b). An increase in the dislocation density leads to a decrease in the mobility of grains in the structure, thereby reducing the likelihood of their fragmentation and deformation. Also, an important role in reducing the mobility of grains is played by the process of polymorphic transformation \(t\text{-ZrO}_2 \rightarrow c\text{-ZrO}_2\).

Figure 6 shows the results of changes in the optical transmission spectra of ceramics before and after irradiation, obtained using the UV-Vis spectroscopy method. The general view of the spectra is characterized by a fundamental absorption edge in the 330–335 nm wavelength region and good transmission capacity in the region characteristic of visible light. For irradiated samples, the main changes in UV-Vis spectra are associated with a shift in the edge of fundamental absorption in the region of 340–360 nm depending on the radiation dose and type of radiation, as well as a sharp decrease in throughput, the drop of which is more than 75–82% for samples irradiated with Kr\(^{15+}\) ions and 65–75% for samples irradiated with Xe\(^{22+}\) ions. This dramatic change in transmittance is primarily due to a change in defect concentration and dislocation density, as well as phase changes resulting from irradiation.

The shift of the fundamental absorption edge, in turn, is associated with a change in the band gap, as well as the electron density in the ceramics. The change in the electron density is due to the fact that positively charged ions passing through the ceramic material pull electrons from their places along their trajectory, as a result of which depletion regions with low electron density appear. Unlike metals, in which the electron density recovery process is reversible, in dielectric ceramics, this electron density recovery process is difficult. Also, a change in the electron density and the formation of a large number of point defects as a result of irradiation leads to the appearance of additional electron traps in the structure, which affect the change in optical density. Figure 7
shows a graph of the dependence of optical density change (absorbance) on the type of exposure. The data obtained indicate that in the case of irradiation with Kr\(^{15+}\) ions, the change in optical density is greater than in the case of irradiation with Xe\(^{22+}\) ions. This difference may be due to the fact that for ceramics irradiated with Xe\(^{22+}\) ions, according to X-ray diffraction data, a complete polymorphic phase transformation t-ZrO\(_2\) → c-ZrO\(_2\) was observed, while for samples irradiated with Kr\(^{15+}\) ions this process was not completed in the selected dose range, and the structure of the ceramics was a mixture of two phases. The presence of two phases in the structure has led to the appearance of additional absorbing centers, which have a significant effect on the change in the optical and electron density.

Figure 8 shows the results of changes in the surface morphology of ceramics depending on the radiation dose and the type of ions, obtained using the method of atomic force microscopy. The surface of the original ceramic is a relatively smooth surface; the roughness value is no more than 30–50 nm. For irradiated samples, the formation of blisters and hillock-like inclusions on the surface is observed, the presence of which is associated with deformation processes under the action of irradiation. At the same time, an increase in the radiation dose in both cases leads to an increase not only in the concentration of these inclusions, but also in their geometric dimensions, which indicates the cumulative effect of radiation damage. This effect is due to the migration of defects and their agglomeration near the grain boundaries, which serve as sinks of defects. The accumulation of defects near defect sinks leads to an increase in deformation stresses in these areas and to a partial squeezing out of the volume onto the surface. The formation of extended defects is associated with the presence of texture in the structure of ceramics.

Based on topographic changes in the surface of ceramics before and after irradiation, an analysis of the swelling degree of ceramics as a result of irradiation was carried out, the data of which are shown in Fig. 9. The obtained dependences of the change in the degree of swelling clearly illustrate the change in surface morphology associated with its degradation as a result of irradiation.
Partial surface degradation due to swelling, as well as deformation processes resulting from polymorphic transformations and changes in the concentration of point defects, have a negative effect on the strength characteristics of ceramics. Figure 10 shows the results of the change in the hardness of the near-surface layer exposed to radiation and the change in indenter imprint dimensions that characterize crack resistance.

As can be seen from the data presented, the change in the value of hardness is of a two-stage nature. The first stage is characterized by a sharp decrease in hardness indices, which is associated with a change in the defect structure of the damaged layer, as well as the initiation of phase transformation processes. At the second stage, an increase in the radiation dose from $5 \times 10^{13}$ to $1 \times 10^{14}$ ion/cm$^2$ leads to insignificant changes in hardness indices, which is associated with an increase in the density of dislocations, which prevent the propagation of cracks. An increase in the irradiation dose above $5 \times 10^{13}$ ion/cm$^2$ leads to an increase in the defects overlap regions, thereby their mutual contribution to the change in the concentration of dislocations and point defects increases, which subsequently can lead to the formation of cluster defects. Also, a decrease in hardness for samples...
irradiated with doses above $5 \times 10^{13}$ ion/cm$^2$ can be due to the formation of a cubic phase, the presence of which leads not only to an increase in dislocation density, but also creates additional obstacles to crack propagation during external actions, thereby increasing crack resistance. At the same time, the tendency for smaller changes in strength properties at high radiation doses is observed for both types of ions.

4 Conclusion

In conclusion, studies of the resistance of ZrO$_2$ ceramics to exposure to heavy ions made it possible to evaluate the mechanisms of phase polymorphic transformations in ceramics under the influence of radiation. During the research it was established that radiation by Xe$^{22+}$ ions at radiation doses $1 \times 10^{14}$ ion/cm$^2$ leads to full polymorphic transformation of t-ZrO$_2$ $\rightarrow$ c-ZrO$_2$ while radiation by Kr$^{15+}$ ions in the chosen dose leads to formation of the structure consisting of mix of two phases. It was found that irradiation with heavy ions leads to a change in the shape of grains and the predominance of a lamellar shape in the structure of ceramics.

According to UV-Vis spectroscopy data, it was found that for irradiated samples, changes in UV-Vis spectra are associated with a shift of the fundamental absorption edge to the region of 340–360 nm, depending on the radiation dose and the type of radiation. There was also a sharp decrease in throughput of 75–82% for samples irradiated with Kr$^{15+}$ ions and 65–75% for samples irradiated with Xe$^{22+}$ ions. Obtained data change of optical spectra indicates change of electronic and optical densities.

In the future, the results obtained can be used to supplement the database of oxide ceramics radiation resistance theory, as well as the resistance of ZrO$_2$ ceramics to heavy ion irradiation.

Funding

This research was funded by the Science Committee of the Ministry of Education and Science of the Republic of Kazakhstan (No. AP08051975).
Declarations

Conflict of interest The authors declare that they have no conflict of interest.

Ethical approval This chapter does not contain any studies with human participants or animals performed by any of the authors.

Informed consent Informed consent was obtained from all individual participants included in the study.

References

1. M. Lang et al., Advances in understanding of swift heavy-ion tracks in complex ceramics. Curr. Opin. Solid State Mater. Sci. 19(1), 39–48 (2015)
2. M. Beauvy et al., Damages in ceramics for nuclear waste transmutation by irradiation with swift heavy ions. Nucl. Instrum. Methods Phys. Res. Sect. B 242(1–2), 557–561 (2006)
3. A.V. Trukhanov et al., Peculiarities of the magnetic structure and microwave properties in Ba (Fe1-xScx) 12O19 (x \( \leq 0.1 \)) hexaferrites. J. Alloys Compd. 822, 153575 (2020)
4. D.A. Vinnik et al., Effect of treatment conditions on structure and magnetodielectric properties of barium hexaferrites. J. Magn. Magn. Mater. 498, 166190 (2020)
5. J. Liu et al., Highly porous ZrO2 cellular ceramics with 3D network architecture. Ceram. Int. 46(6), 7149–7154 (2020)
6. Y. Yang et al., Influence of Nd-NbZn co-substitution on structural, spectral and magnetic properties of M-type calcium-strontium hexaferrites Ca0. 45Sr0. 52Nd2Fe12. 0-x (Nb0. 5Zn0. 5) xO19. J. Alloys Compd. 765, 616–623 (2018)
7. A. Gentils et al., Damage production in cubic zirconia irradiated with swift heavy ions. Nucl. Instrum. Methods Phys. Res. Sect. B 218, 457–460 (2004)
8. A.J. Van Vuuren et al., The effect of He and swift heavy ions on nanocrystalline zirconium nitride. Nucl. Instrum. Methods Phys. Res. Sect. B 326, 19–22 (2014)
9. J.M. Costantini et al., Thermal annealing study of swift heavy-ion irradiated zirconia. J. Appl. Phys. 99(12), 123501 (2006)
10. D.S. Klygach et al., Measurement of permittivity and permeability of barium hexaferrite. J. Magn. Magn. Mater. 465, 290–294 (2018)
11. J. Liu et al., In-situ TEM study of irradiation-induced damage mechanisms in monoclinic-ZrO2. Acta Mater. 199, 429–442 (2020)
12. G. Nicolas et al., Laser induced surface modifications on ZrO2 ceramics. Appl. Surf. Sci. 109, 289–292 (1997)
13. V.M. Bekale et al., Mechanical properties of cubic zirconia irradiated with swift heavy ions. J. Nucl. Mater. 384(1), 70–76 (2009)
14. S. Moll et al., Damage induced by electronic excitation in ion-irradiated yttria-stabilized zirconia. J. Appl. Phys. 105(2), 023512 (2009)
15. A. Benyagoub, Mechanism of the monoclinic-to-tetragonal phase transition induced in zirconia and hafnia by swift heavy ions. Phys. Rev. B 72(9), 094114 (2005)
16. R. Devanathan, W.J. Weber, Dynamic annealing of defects in irradiated zirconia-based ceramics. J. Mater. Res. 23(3), 593–597 (2008)
17. G. Sattonnay et al., Phenomenological model for the formation of heterogeneous tracks in pyrochlores irradiated with swift heavy ions. Acta Mater. 60(1), 22–34 (2012)
18. B. Schuster et al., Structural phase transition in ZrO2 induced by swift heavy ion irradiation at high-pressure. Nucl. Instrum. Methods Phys. Res. Sect. B 267(6), 964–968 (2009)
19. S. Moll et al., Multistep damage evolution process in cubic zirconia irradiated with MeV ions. J. Appl. Phys. 106(7), 073509 (2009)
20. K.E. Sickafus et al., Radiation damage effects in zirconia. J. Nucl. Mater. 274(1–2), 66–77 (1999)
21. J. F. Ziegler, J. P. Biersack, M. D. Ziegler. The stopping and range of ions in matter. (2011) SRIM http://www.srim.org.
22. F. Dellisanti, G. Valdre, On the high-temperature structural behaviour of tale (Mg3Si4O10 (OH) 2) to 1600 °C: effect of mechanical deformation and strain. Phil. Mag. 90(17–18), 2443–2457 (2010)
23. D. Kaoumi, A.T. Motta, R.C. Birtcher, A thermal spike model of grain growth under irradiation. J. Appl. Phys. 104(7), 073525 (2008)
24. G. Szenes, Comparison of two thermal spike models for ion–solid interaction. Nucl. Instrum. Methods Phys. Res. Sect. B 269(2), 174–179 (2011)
25. M. Toulemonde et al., Nanometric transformation of the matter by short and intense electronic excitation: experimental data versus inelastic thermal spike model. Nucl. Instrum. Methods Phys. Res. Sect. B 277, 28–39 (2012)
26. D.E. Alexander, G.S. Was, Thermal-spike treatment of ion-induced grain growth: theory and experimental comparison. Phys. Rev. B 47(6), 2983 (1993)

Publisher’s Note Springer Nature remains neutral with regard to jurisdictional claims in published maps and institutional affiliations.